The effect of pectin on swelling and permeability characteristics of free films containing Eudragit RL and/or RS as a coating formulation aimed for colonic drug delivery

*Akhgari A., 1Farahmand F., 2Afrasiabi Garekani H., 3Sadeghi F., 3Vandamme T.*

1School of Pharmacy, Ahvaz Jundishapur University of Medical Sciences, Ahvaz,
2School of Pharmacy, Mashhad University of Medical Sciences, Mashhad, Iran,
3Institute Gilbert Laustriat, Département de Chimie Bioorganique, Faculté de Pharmacie, Université Louis Pasteur, Strasbourg, France.

Received 24 Nov 2009; Revised 17 Apr 2010; Accepted 27 Apr 2010

ABSTRACT

Background and the purpose of the study: The potential of pectin as a bacterially degradable polysaccharide for colon drug delivery has been demonstrated. Due to the high solubility and swelling properties of pectin in aqueous media, it is frequently used in combination with water insoluble polymers for targeting drugs to the colon. The aim of this study was to evaluate free films containing pectin as a bacterially-degradable polysaccharide in combination with Eudragit RL (ERL) and/or RS (ERS) as a coating formulation for colonic drug delivery.

Methods: Isolated free films comprising 20% pectin and 80% ERL or ERS and their combination in 1:1 ratio were prepared by casting method. Then, free films were evaluated by water vapor transmission (WVT), swelling and permeability experiments for theophylline and indomethacin in different media.

Results: Formulations containing ERL exhibited higher WVT, swelling and permeability compared with formulations containing ERS. The permeability of theophylline through free films composed of pectin and eudragit polymers in simulated colonic media was not significantly different from those obtained in other media. However indomethacin free films containing pectin and ERL showed higher permeation in simulated colonic fluid (SCF) compared to the other media.

Major conclusion: Formulation containing pectin and ERL may be suitable as a coating formulation for colon targeted delivery of drugs of low solubility such as indomethacin.

Keywords: Pectin, Eudragit, Colonic delivery, Permeability, Free film

INTRODUCTION

One approach for colon specific drug delivery is utilization of materials which are degraded by the bacterial enzymes present in the large intestine. The potential of pectin as a bacterially degradable polysaccharide for colon drug delivery has been previously demonstrated (1-4). Pectin is a non-toxic water soluble gel-forming polysaccharide containing carboxylic acid groups. It is extracted from different sources, e.g. apple or citrus.

Combination of different polymers with unlike mechanism has been studied previously (5). Due to the high solubility and swelling properties of polysaccharides in aqueous media, their film coatings are unable to prevent the release of drugs from coated dosage forms during their transit through the stomach and the small intestine. Therefore a number of studies have been conducted to use coatings composed of polymethacrylates and polysaccharides such as inulin in order to prepare more suitable films for targeting drugs to the colon (6). Also, investigations on coatings containing cellulosic (Aquacoat ECD30, Surelease) or acrylic (Eudragit) insoluble polymer and pectin have been attempted (7-9). These combinations have advantages of their parent polymers and/or creation of useful properties. For example, the composite of pectin and ethyl cellulose combines the enzymatic susceptibility of pectin and the protective properties of ethyl cellulose. Composites of pectin and chitosan are enzymatically degradable and more water resistant; although the latter polymer is water soluble (10).

Combinations of pectin with ethyl cellulose, hydroxypropyl methylcellulose, and polycations such as ERL and ERS or chitosan (11) and also with drugs (12) have been reported previously. While combination of pectin and sustained release polymethacrylates have been used on coated pellets (13,14), there are few studies on free films containing pectin and combination of ERL and/or
ERS for colonic drug delivery (8). Studies on films or membranes are often used in screening tests to lower the number of formulations which are coated on dosage forms. Often, particles coated with a film behave differently from the film itself. However, there is no doubt that studies conducted on free films help to understand the behavior of dosage forms coated with these films (11). Moreover, analysis of some characteristics of polymers such as water vapor permeation and swelling which is essential in a drug delivery composite could be more precise by evaluation of polymeric free films.

The aim of this study was to prepare and evaluate characteristics of free films containing pectin as a bacterially-degradable polysaccharide in combination with time-dependent polymethacrylates ERL or ERS as a coating formulation for colonic drug delivery. Permeability experiments were carried out for two kinds of drugs; theophylline as a drug with relatively high solubility and indomethacin as a drug model with low solubility. Also, permeability of water and swelling tests were carried out to evaluate free films.

MATERIAL AND METHODS

Material

Eudragit RS30D (ERS) and Eudragit RL30D (ERL) (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5, triethyl citrate (Merck, Germany), indomethacin (Rohm Pharma, Germany), pectin (SKW Biosystems, France) with degree of esterification of 66%, pectinase (Pectinex Ultra SP-L) (Novozymes, Switzerland) and standard activity of 26000 PG/mL at pH 3.5.

Methods

Preparation of free films

A specific amount of aqueous dispersion of ERS, ERL or 1:1 ratio of two polymers was plasticized by a fixed amount of triethyl citrate (1:6 ratio related to total polymer content) and dispersion was stirred by a magnetic stirrer for 5 hrs. A solution of pectin in water 3% w/v was gently added with continuous stirring to the dispersion of Eudragits. The final suspension was poured into two teflon plates. Plates were stored in an oven of 50 °C for 24 hrs to complete removal of water and then transferred to a desiccator with 100% relative humidity (RH) and left for 24 hrs. Then, free films were removed from the surface of plates, the thickness of free films was measured and samples with mean thickness values in the range 150-170 µm were selected. Formulations consisted of pectin-ERS (20-80), pectin-ERL (20-80) and pectin-ERS-ERL (20-40-40). The ratio 1:4 for pectin:eudragit had the most suitable free films. Formulations with the higher amounts of pectin were not physicochemically stable.

Water vapor transmission test (WVT)

Water vapor transmission (WVT) of films was determined gravimetrically at 25°C to find the moisture barrier properties of free films at room temperature and also their tightness and homogeneity. Free films with appropriate dimensions were sealed to WVT cups containing 10 ml of distilled water. The cups were accurately weighed and placed in a desiccator containing silica gel and appropriate amounts of calcium chloride to create a climate of low relative humidity (approximately 0%). Then, the cups were re-weighed at determined intervals (24, 48, 72, 96 and 120 hrs) and the profile of mass change versus time was plotted for each free film. WVT was calculated using following equation (15):

\[ WVT = \frac{w_n}{t \cdot A \cdot P_{w}} \]

Figure 2. Eudragit RL and RS molecules.

where \( w / t \) is the mass change (flux, g/h) resulting from slope of profile of the mass change versus time; \( x \), the film thickness (mm); \( A \), the area of the film surface exposed to the permeant (m²); \( P_w \), the vapor pressure of pure water (kPa); \( RH_1 \) \(-\)RH_2 \) the relative humidity gradient.

Swelling experiments

A sample of each free film (1cm²) was dried in an oven at 50 °C for 24 hrs. Then, dried film was accurately weighed (± 0.0001 g) and immersed in a flask of dissolution test containing 250 ml of different media at 37 °C. At specific intervals, the swollen sample was withdrawn from the medium and weighed (± 0.0001 g) after wiping the excess surface water by a filter paper. Duration of the tests was 3 hrs for all formulations. Swelling index, \( I_s \) (%), was calculated according to a reported method (16) as follows:

\[ I_s = \left( \frac{W_s - W_d}{W_d} \right) \times 100 \]

where \( W_d \) is the weight of the dried polymer film.
and \( W_s \) denotes the weight after swelling. The media which were used for swelling experiments simulated gastric fluid (SGF) without pepsin, simulated intestinal fluid (SIF) without pancreatin with pH of 6.8 (USP XXVI) and simulated colonic fluid (SCF) by addition of 1 ml/l of pectinase to the media and of pH 6.4. All experiments were carried out in triplicate.

**Permeability experiments**

Isolated films of the polymers were mounted between the donor and acceptor compartments of a side-by-side diffusion cell (diffusion area 3.46 cm\(^2\)) at 37 °C. For theophylline, the initial concentration of drug in the donor compartment was 3 g/l. The donor and acceptor compartments were both composed of SGF, SIF and SCF with pectinase. For indomethacin, SGF was not used as a medium because indomethacin was practically insoluble in acidic media. The initial concentration of indomethacin solutions in the donor compartment was 300 mg/l for SIF and SCF. All permeability experiments were carried out for 3 hrs. At pre-determined time intervals, samples of 10 ml were taken from the receptor cells and replaced with fresh medium. The contents of the acceptor cells were assayed spectrophotometrically for theophylline and indomethacin at 272 and 318 nm, respectively. Each permeation experiment was carried out in triplicates and the cumulative amount of drug which was permeated following correction for the acceptor sample replacement was plotted against time.

Permeability of drug was defined according to the reported studies (17,18) as:

\[
P = \frac{d_M}{dSC_d} \]

Where \( M \) is the amount of the drug (mg) at time \( t; S \), the effective diffusion area (cm\(^2\)); \( C_d \), the concentration of drug in the donor compartment and \( P \) is the permeability (cm/s).

**Statistical analyses**

One-way analysis of variance was used to assess the significance of the differences of the groups. Tukey-Kramer post test was used to compare the means of different treatment groups. Results with \( P<0.05 \) were considered statistically significant.

## RESULTS AND DISCUSSION

### Water vapor permeability tests

Figure 1 depicts the profile of water vapor permeation for different free films. According to figure 1 water vapor transmission rate was constant for all free films. Table 1 illustrates the results of WVT experiments for all formulations. As depicted in figure 1 and table 1, free films containing pectin and ERS showed more resistance to water vapor permeation than the other formulations. This is the result of less permeable character of ERS compared to ERL due to lower amount of quaternary ammonium groups in its structure. Addition of 40% ERL increased the rate of water vapor transmission significantly (\( p<0.01 \)). According to figure 2, ERL has more quaternary ammonium groups in its structure compared to ERS and therefore, it is predictable that increase in the ratio of ERL in formulation could increase WVT. Formulations containing pectin and ERL had highest WVT values (\( p<0.001 \)). Meanwhile, water vapor permeability of total formulations was relatively high and it was not much different for formulations. This could be due to the presence of carboxylic groups in pectin which makes it hydrophil. An increase in the hydrophilicity of free films could happen due to the larger number of hydroxyl groups available for interaction with molecules of water. The increase in WVT by addition of polysaccharide to polymeric films

| Formulation           | Film thickness (mean± SD; n=15) (µm) | Mass change (mg/h) | WVT (mean± SD; n=3) (mg.mm/m².h.kPa) |
|-----------------------|-------------------------------------|--------------------|-------------------------------------|
| ERS- Pectin 80-20%    | 160 ± 8                             | 19.53              | 10.305 ± 0.415                      |
| ERS-ERL-Pectin 40-40-20% | 170 ± 5                           | 20.85              | 11.688 ± 0.034                      |
| ERL-Pectin 80-20%     | 160 ± 6                             | 24.88              | 13.124 ± 0.095                      |

### Swelling index of free films in different media (data represent mean ± SD; n=3).

| Formulation           | Maximum swelling index, \( I_s \) (%) |
|-----------------------|--------------------------------------|
|                       | SGF       | SIF       | SCF       |
| ERS-Pectin 80-20%     | 56.1 ± 3.5 | 59.3 ± 2.5 | 54.8 ± 154.8 ± 1.2 |
| ERS-ERL-Pectin 40-40-20% | 84.1 ± 2.9 | 74.2 ± 0.7 | 7171.3 ± 1.2 |
| ERL-Pectin 80-20%     | 111.2 ± 1.3 | 91.6 ± 4.8 | 8 82.1 ± 1.9 |
has been demonstrated in the other studies (19-21).

Swelling experiments
The results of swelling experiments are depicted in table 2. As it is shown, free films containing pectin-ERS showed least swelling in different media due to the less permeability of ERS polymer to water. Addition of ERL to the formulations increased the swelling index significantly (p<0.001). The order of swelling ratio in different media for different Eudragits was as follows:

ERL > ERS-ERL > ERS

The amounts of swelling index for free films containing pectin-ERS in different dissolution media (SGF, SIF and SCF) were not significantly different from each other (p>0.05). This result was also observed for formulations composed of pectin-ERS-ERL. However for free films containing pectin-ERL, swelling ratio in the SCF was lower than that of SIF (p<0.01). Pectinolytic enzymes in simulated colonic media could degrade pectin in the film matrix and leaches it out of the film. This fact explains why the swelling index in SCF was lower compared to other media. This phenomenon could be more pronounced with free films containing ERL because this polymer is more permeable to water and therefore is able to extend its polymeric chains and expose pectin to the pectinase enzyme. Thus, free films containing ERL exhibited lower swelling ratio in SCF. Similar results have been reported by Semdé et al. (13). In their study on mixed pectin/cellulosic or acrylic polymer coatings as carriers for colonic drug delivery, they observed that almost all the pectin in films consisting of pectin HM in combination with Aquacoat ECD30, Surelease, and Eudragit NE 30D released within 30 min into the media. However films of pectin and ERS 30D did not show this phenomenon.

Permeability experiments
Table 3 shows the results of theophylline permeability through different free films in various media. According to table 3, free films containing ERS were less permeable to theophylline compared to those containing ERL and this phenomenon was found in all media (p<0.001). Formulations containing ERS-ERL had median permeability due to less permeability of ERS and therefore, there was higher resistance for movement of drug molecules across the film thickness. Permeability of theophylline through free films in different media (SGF, SIF and SCF) did not show any significant difference (p>0.05). The results indicated that free films containing pectin and ERS or ERL cannot be selective for permeation of water soluble theophylline in different media which is a disadvantage for dosage form intended to be used as a colonic drug delivery system. The low permeability of free films consisting of pectin-ERL was in accordance with the data of water vapor permeation and could be due to some electrostatic interaction between pectin and Eudragit RL.

Table 4 shows the results of indomethacin permeability through different free films in various media. As depicted in table 4, permeability of indomethacin in SIF was almost the same for all formulations (p>0.05). The low permeation of indomethacin from free films containing pectin-ERL despite of higher permeability of ERL could be attributed to the low water solubility of indomethacin which caused difficulty in drug penetration and movement through the polymeric chains. Therefore, high swelling of polymethacrylates could not effectively differentiate between the permeability of indomethacin through different free films effectively. In the SCF media, however free films containing ERL-pectin had higher permeation than ERS-pectin (p<0.01). Furthermore, permeability of these films in SCF was higher than those of SIF (p<0.05). This observation could be due to leaching of pectin out of the film in SCF. Pectinase enzyme which was presented in the SCF could break down the pectin backbones leading to pore formation in the film. Increase in the porosity of the films due to leaching of pectin, made the films more permeable to drug. The leaching of hydrophilic materials from films has been well demonstrated and it has been shown that increase in release of diltiazem and indomethacin

Table 3. Permeability of theophylline through different free films (data represent mean ± SD; n=3).

| Formulation                  | P_{tho} (×10^{-5} cm/s) |
|------------------------------|--------------------------|
|                              | SGF   | SIF   | SCF   |
| ERS-Pec80-20%                | 3.757 ± 0.085             | 3.591 ± 0.158 | 3.734 ± 0.118 |
| ERS-ERL-Pec40-40-20%         | 4.212 ± 0.065             | 3.923 ± 0.169 | 4.250 ± 0.152 |
| ERL-Pec80-20%                | 4.464 ± 0.105             | 4.223 ± 0.258 | 4.549 ± 0.061 |

Table 4. Permeability of indomethacin through different free films (data represent mean ± SD; n=3).

| Formulation                  | P_{indo} (×10^{-5} cm/s) |
|------------------------------|--------------------------|
|                              | SIF   | SCF   |
| ERS-Pec 80-20%               | 1.285 ± 0.310             | 1.070 ± 0.093 |
| ERS-ERL-Pec 40-40-20%        | 1.188 ± 0.056             | 1.445 ± 0.278 |
| ERL-Pec 80-20%               | 1.316 ± 0.056             | 1.713 ± 0.093 |
from transdermal polymeric films could be due to leaching of polyvinyl pyrrolidone (PVP) from ethylcellulose/PVP films and formation of pores (22). Also, leaching of pectin from mixed films containing pectin, chitosan and HPMC has been demonstrated (23). Films containing pectin-ERL were more permeable to indomethacin in SCF and therefore more sensitive to colonic medium than films of pectin-ERS. Another advantage for films composed of pectin-ERL was its lower permeation in the media which simulated upper GI tract (SGF and SIF) in spite of presence of higher permeable ERL in its composition. This is a property which is very useful for a colonic drug delivery system as it must be resistant to premature drug release in the upper parts of the GI tract.

CONCLUSIONS
The results of this study revealed that addition of pectin to free films containing ERL modulated the high permeability of this polymethacrylate. Free films containing ERL in combination with pectin showed higher WVT and swelling data when compared with films containing ERS and pectin, however the difference was not as much as predicted which could be attributed to probable electrostatic interaction between pectin and ERL.

Permeability experiments for two model drugs demonstrated that the free films did not show significant differences in permeability of both drugs in SCF and the other media except for those films containing 20% pectin and 80% ERL which showed higher permeation in SCF for indomethacin. Based on this observation and also the resistance of film to the high swelling and permeation in simulated upper GI tract, this composition could be more suitable as a coating formulation for colon targeted delivery of drugs with low solubility such as indomethacin.

ACKNOWLEDGEMENTS
This work was carried out during the period of the scholarship which was supported by Islamic Republic of Iran Ministry of Health and Medical Education. The authors also acknowledge Rohm Pharma for free supplying of Eudragit samples.

REFERENCES
1. Ashford M, Fell JT, Attwood D, Sharma H, Woodhead PJ. An evaluation of pectin as a carrier for drug targeting to the colon. J Control Release, 1993; 26: 213-220.
2. Wakerly Z, Fell J, Attwood D, Parkins D. In vitro evaluation of pectin-based colonic drug delivery systems. Int J Pharm, 1996;129: 73-77.
3. Ugurlu T, Turkgolu M, Soyogul Gurer U, Gurbuz Akarsu B. Colonic delivery of compression coated nisin tablets using pectin/HPMC polymer mixture. Eur J Pharm Biopharm, 2007; 67: 202-210.
4. Itoh K, Yahaba M, Takahashi A, Tsuruya R, Miyazaki S, Dairaku M, Togashi M, Mikami R, Attwood D. In situ gelling xyloglucan/pectin formulations for oral sustained drug delivery. Int J Pharm, 2008; 356: 95-101.
5. Naikwade Sonali R, Kulkarni Pratibha P, Jathar Shripad R, Bajaj Amrita N. Development of time and pH dependent controlled release colon specific delivery of tinidazole. DARU, 2008;16(3):119-127.
6. Akhgari A, Afrasiabi Garekani H, Sadeghi F. Combination of inulin and time dependent polymethacrylates as a coating system to achieve colon specific delivery of indomethacin. DARU, 2009; 17(3): 199-208.
7. Macleod GS, Fell JT, Collett JH. Studies on the physical properties of mixed pectin/ethyl cellulose films intended for colonic drug delivery. Int J Pharm, 1997; 157: 53-60.
8. Semde R, Amighi A, Devellechouver MJ, Moës AJ. Leaching of pectin from mixed pectin/insoluble polymer films intended for colonic delivery. Int J Pharm, 1998; 174: 233-241.
9. Wei H, Qing D, De-Ying C, Bai X, Li-Fang F. Study on colon-specific pectin/ethylcellulose film-coated
5-fluorouracil pellets in rats. Int J Pharm, 2008; 348: 35-45.

10. Liu SL, Fishman ML, Kost J, Hicks KB. Pectin-based systems for colon-specific drug delivery via oral route. Biomaterials, 2003; 24: 3333-3343.

11. Deshpande AA, Shah NH, Rhodes CT, Malick W. Evaluation of films used in development of a novel controlled-release system for gastric retention. Int J Pharm, 1997; 159: 255-258.

12. Xi MM, Zhang SQ, Wang XY, Fang KQ, Gu Y. Study on the characteristics of pectin-ketoprofen for colon targeting in rats. Int J Pharm, 2005; 298: 91-97.

13. Semde R, Amighi K, Devleeschouwer MJ, Moes AJ. Effect of pectinolytic enzymes on the theophylline release from pellets coated with water insoluble polymers containing pectin HM or calcium pectinate. Int J Pharm, 2000; 197:169-179.

14. Semdé R, Amighi K, Devleeschouwer MJ, Moës AJ. Studies of pectin HM/eudragit RL/eudragit NE film coating formulations intended for colonic drug delivery. Int J Pharm, 2000;197:181-192.

15. Carvalho RA, Grosso CRF. Characterization of gelatin based films modified with transglutamine, glyoxal and formaldehyde. Food Hydrocolloids, 2004; 18: 717-726.

16. Blanchon S, Couarraze G, Rieg-Falson F, Cohen G, Puisieux F. Permeability of progesterone and a synthetic progestin through methacrylic films. Int J Pharm, 1991;72:1-10.

17. Ingels F, Deferme S, Desexhe E, Oth M, Van den Mooter G, Augustijns P. Simulated intestinal fluid as transport medium in the Caco-2 cell culture model. Int J Pharm, 2002; 232:183-192.

18. Lin WJ, Lu CH. Characterization and permeation of microporous poly (ε-caprolactone) films. J Membr Sci, 2002; 198:109-118.

19. Souto Maior JFA, Reis AV, Muniz EC, Cavalcanti OA. Reaction of pectin and glycidyl methacrylate and ulterior formation of free films by reticulation. Int J Pharm, 2008; 355: 184-194.

20. Wang ZF, Wang B, Ding XM, Zhang M, Liu LM, Qi N, Hu JL. Effect of temperature and structure on the free volume and water vapor permeability in hydrophilic polyurethanes. J Membr Sci, 2004;241: 355-361.

21. Fabra MJ, Talens P, Chiralt A. Effect of alginate and κ-carrageenan on tensile properties and water vapour permeability of sodium caseinate-lipid based films. Carbohydr Polym, 2008;74: 419-426.

22. Rao PR, Diwan PV. Formulation and in vitro evaluation of polymeric films of diltiazem hydrochloride and indomethacin for transdermal administration. Drug Dev Ind Pharm, 1998;4: 327-333.

23. Ofori-Kwakye K, Fell JT. Leaching of pectin from mixed films containing pectin, chitosan and HPMC intended for biphasic drug delivery. Int J Pharm, 2003; 250: 251-257.